Frequency And Temperature Effects On Dielectric Properties Of PEDOT-VC Copolymer

Ouafae Ninis\(^1\)*, Mohammed Bouachrine\(^2\) and Mustapha Abarkan\(^3\)

\(^1\) LaSAD, Laboratory of Applied Sciences and Didactics, Ecole Normale Supérieure, Martil, Abdelmalek Essaâdi University of Tetouan, Morocco.
\(^2\) Natural Substances and Molecular Chemistry Laboratory, Moulay-Ismail University, Morocco.
\(^3\) Laboratory of Engineering Sciences, Polydisciplinary Faculty of Taza, Sidi Mohamed Ben Abdellah University, Morocco.

* ouafae.ninis@usmba.ac.ma

Keywords: Conjugated Copolymer, Dielectric Spectroscopy, Permittivity, Conductivity.

Abstract: The copolymer based on Poly(3,4-Ethylene dioxythiophen) and Poly(n-Vinylcarbazole) was characterized by FTIR and Raman spectroscopy. The temperature and frequency evolutions of dielectric parameters are also plotted and studied. The dependence of \(\varepsilon''\) on the temperature shows relaxation process for studied copolymer especially with frequencies about 1kHz for the temperatures: 90°C < T < 118°C. The values of \(\varepsilon'\)\(_\text{∞}\), \(\varepsilon''\)\(_\text{MAX}\), relaxation time and DC conductivity corresponding to the copolymer are also determined with the aim to provide dielectric analysis involving vital information about this new polymeric compound.

1 INTRODUCTION

For decades, the plastic electronic or flexible electronic has evoked considerable interest. It is developed by young process such as: Roll-to-Roll and inkjet printing routes [1-3]. Many conjugated polymer are aimed at being deposited in devices with flexible substrates [4], so they have the advantage of being included by easy process. These materials are widely studied as organic semiconducting materials [5-9]. Thanks to their low cost [10-12], an enormous number of applications have been found for these compounds in industry like to solar cells [13], field effect transistors [14], optical and display devices[15], electronic memories [16] and supercapacitor electrodes [17]. Since the Shirakawa Polyacetylene [18], much work has been carried out to construct organic compounds with functionalized properties including the low band gap energy and high conductivity [19]. However, little attention has been paid to the dielectric behaviour of this class of materials.

The knowledge of the electric parameters presents a direct practical importance. Basically, materials showing good characteristics such as high dielectric constant, low dielectric loss and good thermal stability, are the well-developed microwave device compounds destined for resonators, phase shifters and tunable mixers [20]. In molecular designing, the addition of appropriate functional group could lead to new properties, even to a many prospects [21]. Thus, we aim to present an experimental study on the (PEDOT-VC) which constitutes copolymer (Figure.1) based on assembly of two segments EDOT and VC: the Poly (3,4-Ethylene Di-Oxy-Thiophen) with Poly (n-Vinyl-Carbazole)[22].

Figure 1: Chemical Structure of EDOT-VC monomer.

The family of PVC is attractive for optoelectronics, Since the late fifties, the interest in these polymers began especially with Rosenberg's work on electrophotographic applications [23], and later IBM uses PVC / (2,4,7) Tri-nitrofluorene for the first time as an organic photoconductor[24]. In addition, PEDOT is a transparent and thermally stable conductive polymer. It constitutes the subject of a large number of publications in the area of Bulk...
Heterojunction (BHJ) Solar Cells [25]. To improve its solubility, it is often found as composite with PolySulfonate-Styrene (PEDOT:PSS). In Bulk Heterojunction, PEDOT acts as an electron donor material, where fullerene derivatives C60 represent the acceptor. It is also possible to use it as a buffer layer situated between the anode and the active layer of a solar cell. So, during the photogeneration the impurities diffusion between anode and organic layer is limited, which improves the performance of the cell.

In this paper, we depict firstly the characterization of PEDOT-VC by FTIR and Raman techniques. The dielectric studies were achieved upon pressed pellet. Therefore, our main is to study the dielectric behaviour as well as to understand the conduction mechanism for this new copolymer.

2 CHARACTERIZATION

In this work, the copolymer is characterized chemically using spectroscopic methods: Infrared and Raman. FTIR study was carried out over mid-infrared in the range of 4000 cm\(^{-1}\) to 400 cm\(^{-1}\), and 16 scans were taken with spectral resolution of 4cm\(^{-1}\). For the Raman scan a spectrometer Senterra was used, the exciting radiation was 785 nm, laser power at 1 mW, with CCD-Detector cooled until T=204K. Analysis was performed in the region of 3000 cm\(^{-1}\) to 200 cm\(^{-1}\), with attenuated fluorescence effect. The dielectric measurements were performed within the temperature comprised between 25°C and -120°C using programmable four with probe. The frequency analysis was carried out using computerized LCR-meter (Agilent E4980A) in large frequency range 20Hz to 2 MHz with excitation of 1Volt. PEDOT-VC pellet sandwiched between two copper electrodes was silver-lacquered to obtain better contact.

3 RESULTS AND DISCUSSION:

3.1 FTIR Analysis:

For a structural characterization of the copolymer by FTIR spectroscopy (Figure 2), several characteristic bands are identified: around 511 cm\(^{-1}\) the modes are assigned to the shear and wagg of the CH\(_3\) groups, the band observed at 830 cm\(^{-1}\) is due to deformation outside the plane of the C-H Thiophen rings. Also the band at 1040 cm\(^{-1}\) is attributed to the C-O stretching, the vibration related to the C-N stretching of Carbazole is in the region of 1185 cm\(^{-1}\), and C-H shear mode of Vinyl group on 1350 cm\(^{-1}\).

![Figure 2: FTIR spectra of PEDOT-VC](image)

3.2 Raman Analysis:

The structural analysis carried out by FTIR was supplemented by Raman spectroscopy. It is showed in Figure 3. The lines obtained are mainly related to the polymeric structure of the PEDOT (Table1).

![Figure 3: Raman spectra of PEDOT-VC](image)

Table 1: Raman frequencies with relative assignments

| \(\nu\) (cm\(^{-1}\)) | Band      | Assignment       |
|----------------------|-----------|------------------|
| 1563                 | C=C       | asymmetric stretching |
| 1370                 | C-C       | intercyclic stretching |
| 993                  | C-O-C     | cyclic deformation |
| 696                  | C-S-C     | symmetrical deformation |
| 441                  | C-O-C     | deformation       |

3.3 Dielectric measurements:

PEDOT-VC pellet is considered like planar capacitor. The order of magnitude of obtained capacitance is between \(10^{-11}\) F and \(10^{-8}\) F. The frequency dependences of the real part \(\varepsilon'\) of the studied copolymer are shown in Figure 4, it reports
the experiment dielectric constant required for tree temperatures: at ambient and at elevated temperatures. Theoretically, the complex permittivity can be expressed by different formulas: it refers to the polarization kind. As already noted, in the case of static field \((f \rightarrow 0)\) the polarization follows the alternative field, the dielectric constant is maximal for low frequencies, also in optical frequencies \((f \rightarrow \infty)\) its value will fall to \(\varepsilon_\infty\).

In figure 4, it is clear that in the decreasing order of frequencies, the real permittivity \(\varepsilon'\) of PEDOT-VC rises most rapidly for high temperatures, otherwise it tends to take the same constant value \(\varepsilon_\infty\) for high frequencies and at different temperatures. This behavior indicates that mechanism governing in PEDOT-VC is near to Debye relaxation [26-27].

\[
\tau = \frac{1}{2\pi f_c}
\]

On the Table 2, the characteristic parameters reflecting the relaxation phenomena have been reported. The obtained value of \(\varepsilon'_\infty\) is superior of 15, exhibiting high permittivity in comparison with others polymers or inorganic materials cited in literature [28-29]. On other hand, \(\varepsilon''_{max}\), \(f_c\) and \(\tau\) values are of the same magnitude as the values found in Polyurethane/Polyaniline composites investigation [30].

We extrapolate activation energy of conductivity from Arrhenius plots [31], the values are calculated...
from the slope of the linear fit to the conductivity data. The corresponding activation energy values versus frequency scale are given in figure 7. The copolymer exhibits low energy levels between 0.38eV and 0.54eV for studied frequencies.

Figure 7: Variation with frequency of the copolymer conductivity.

4 CONCLUSION:

This experimental investigation provides spectroscopic and dielectric analysis for the PEDOT-VK copolymer with the aim to predict functionalized properties of this new polymeric compound. In the present paper, FTIR and Raman spectra of the PEDOT-VK copolymer are recorded and examined. For the frequency study, Debye relaxation process is observed for frequencies around 1kHz within the range 90°C<T< 118°C. The effect of the temperature, on the both real and imaginary permittivities, was studied corresponding to frequencies ranging from 50 Hz to 2 MHz. Several characteristic parameters related to the dielectric relaxation phenomena have been determined as well. Dielectric and curves data versus the logarithmic frequency scale suggest that charge carrier mechanism could be governed by the hopping model.

REFERENCES

[1]. T. B Singh, N. S. Sariciftci, Progress in plastic electronics devices. Annu Rev Mater Res, 36 (2006) pp 199–230
[2]. E. Reichmanis , H. Katz , C. Kloc , Plastic electronic devices: From materials design to device applications. Bell Labs Tech J, 2005, 10: 87–105
[3]. T. W Kelley, P. F Baude, C. Gerlach, Recent progress in organic electronics: Materials, devices, and processes. Chem. Mater, 2004, 16: 4413–4422
[4]. (a)R.A. Street, W. S. Wong, S. E. Ready, M. L. Chabinyc, A. C. Arias, S. Lim, Mater. Today 2006 ; 9 pp32–7.
(b) M-C. Choi, Y. Kim, C-S. Ha, Prog. Polym. Sci. 33 (2008) 581–630.
[5]. (a)Thomas Heiser, Patrice Leveque, Matériaux Nanostructurés pour les Cellules Photovoltaïques », Techniques de l'Ingénieur, Réf.NM5205 (2009).
(b) André Moliton, Optoelctronic of Molecules and Polymers (English Version). Optical Sciences © Springer(2006).
[6]. (a)Z. He, C. Zhong , X. Huang , W. Y. Wong, H. Wu, L. Chen, S. Su and Y. Cao, Adv. Mat Vol. 23, No. 14, 2011, pp. 4636–4643.
(b) M. M. Wient, M. P. Struijk and R. A. J. Janssen, Low Band Gap Polymer Bulk Heterojunction Solar Cells, Chemical Physics Letters, Vol. 422, No. 4–6, 2006, pp. 488–491
[7]. Y.Iriyama and M. Hanawa, Polym. J(Tokyo) 33, 419 (2001) pp 419–423
[8]. J.Morales, M. G. Olayo, G. J. Cruz, M. M. Castillo-Ortega, R. Olayo, J. Polym Sci., Part B : Polym.Phys. 38 (2000)pp 3247–3255
[9]. N. V. Bhat and N. V. Joshi, Plasma Chem & Plasma Process. 14, (1994) pp 151-161.
[10]. G. A. Chamberlain, “Organic Solar Cells: A Review,” Solar Cells, Vol. 8, No. 1, 1983, pp. 47-83.
[11]. B. Gregg, The Photoconversion Mechanism of Excitonic Solar Cells, Materials Research Bulletin, Vol. 30, No. 1, 2005, pp. 20-22.
[12]. H. Spanggaard and F. C. Krebs, A Brief History of the Development of Organic and Polymeric Photovoltaics, Solar Energy Materials and Solar Cells, Vol. 83, No. 2-3, 2004, pp. 125-146.
[13]. (a) C. Videlot, A. El Kassmi, D. Fichou, Solar Energy Mater. Solar Cells 63(2000)69.
(b)S.S. Sun, C. Zhang, A. Ledbetter, S. Choi, K. Seo, C.E. Bonner, J.M. Drees, N. S. Sariciftci, Appl. Phys. Lett., 90 (2007)43117.
(c) Brabec CJ, Organic photovoltaics: Technology and market. Solar Energy Materials & Solar Cells 2004; 83: 273-292.
(c) H. Ozawa , Y. Okuyama , H. Arakawa. Chem. Phys. Chem 15 (2014) 1201–1206.
(d) O. Ninis, R. Kacimi, H. Bouaamlat, M. Abarkan, M. Bouachrine, J. Mater. Environ. Sci, 8,(2017) pp 2572–2578
[14]. (a) S. Nam, J. Jaeyoung, K. Kim, W.M. Yun, D.S Chung, J.Hwang, O.K. Kwon, T. Chang and C.E. Park, J. Mat Chem. 21 (2011) pp 775-780.
(b) K. E. Paul, W. S. Wong, S. E. Ready, R.A. Street, Appl. Phys. Lett 83 ( 2003) pp 2070-2085
[15]. P.L. Burn, S-C. Lo and I.D.W Samuel, Advanced Materials; 19: (2007) pp 1675-1688.
[16]. (a) Zhang,B.; Zhang,B.; Liu,Y.-L.; Chen,Y.; Neoh,K.-G.; Li,Y.-X.; Zhu,C.-X.; Tok,E.-S.; Kang,E.-T. Chemistry, 17, (2011) pp 10304–10311.
(b) Liu, C.-L.; Chen, W.-C. Polym. Chem. (2011) 2, 2169–2174.
[17]. A. Laforgue, P. Simon, C. Sarrazin, J. F. Fauvarque, J. Pow. Sourc., 80, (1999) pp 142-144.
[18]. H. Shirakawa, E. J. Louis, A. G. MacDiarmid, C. K. Chiang, A. J. Heeger, J.C.S Chem. Commun. 578 (1977) pp 1098-1101
[19]. (a) Q. Hou, Q. Zhou, Y. Zhang, W. Yang, R. Yang, Y. Cao, Macromol, 37 (2004) pp 6299-305;
(b) E. Bundgaard and F. C. Krebs, Solar Energy Materials and Solar Cells, Vol. 91, No. 11 (2007) pp. 1019-1025;
(c) J.W. Jung, J.U. Lee and J.H Jo , J. Phys. Chem. C; 114 (2010) pp 633-637;
(d) W.Wang and E.A. Schiff. Appl. Phys. Lett; 91 (2007) 133504;
(e) R. Yang, R. Tian, J. Yan, Y. Zhang, J. Yang, Q. Hou, Macromol, 38 (2005) pp244-253.
[20]. Banerjee M, Mikhjerjee S, Maitra S. Ceramica.; 58 (2012) pp 99–104.
[21]. (a) I.Osaka and R.D. McCullough, Acc. Chem. Res Vol 41 iss. 9 (2008)pp 1202-1204;
(b) O. Ninis, M. Bouzzine, H.Toufik, F.Lamchouri, M. Abarkan, M. Hamidi , M. Bouachrine. J. Appl. Chem Res, 7, 1, (2012) pp 19-32;
(c) H. Bouamalet, O. Ninis, M. Abarkan, M. Bouachrine, JMES, Vol 8, 8 (2017) pp 2651-2656.
[22]. Z. El Malki, K. Hasmaoui, L. Bejji, M. Haddad, M. Hamidi, M. Bouachrine, J. Non. Cry. Sol. Volume 356, Issues 9 (2010)pp 467–473
[23]. B.Rosenberg . J. Chem. Physics, 31 (1959) 238,
[24]. S. D. Weiss, M. Abkowitz, Chem. Rev, vol 110 iss1 (2009) pp 479-526.
[25]. (a) C. J. Brabc, N. S. Sariciftci, and J. C. Hummelen, Adv. Funct. Mater., 11, (2001) 15-26 ;
(b) P. Peumans and S. R. Forrest, Appl. Phys. Lett., 79 (2001) 126-128;
(c) J. Weickert, H Sun, C. Palumbiny, H.C. Hesse, L. Schmidt-Mende, Sol. Energy Mater. Sol. Cells 94 (2010) pp 2371–2374.
(d) R.J. Peh, Y. Lu, F. Zhao, C.-L.K. Lee, W.L. Kwan, Sol. Energy Mater. Sol. Cells 95 (2011) pp 3579–3584 ;
(e) K.-J Kim, Y.-S. Kim, W-S Kang, B-H. Kang, S.-H. Yeom, D.-E. Kim, J.-H Ki, S-W Kang, Sol. Energy Mater. Sol. Cells, 94, (2010) pp1303–1306;